<table>
<thead>
<tr>
<th><strong>Title</strong></th>
<th>Observation of polarized gain from aligned colloidal nanorods</th>
</tr>
</thead>
<tbody>
<tr>
<td><strong>Author(s)</strong></td>
<td>Gao, Yuan; Ta, Van Duong; Zhao, Xin; Wang, Yue; Chen, Rui; Mutlugun, Evren; Fong, Kah Ee; Tan, Swee Tiam; Dang, Cuong; Sun, Xiao Wei; Sun, Handong; Demir, Hilmi Volkan</td>
</tr>
<tr>
<td><strong>Date</strong></td>
<td>2015</td>
</tr>
<tr>
<td><strong>URL</strong></td>
<td><a href="http://hdl.handle.net/10220/39699">http://hdl.handle.net/10220/39699</a></td>
</tr>
<tr>
<td><strong>Rights</strong></td>
<td>© 2015 The Royal Society of Chemistry. This is the author created version of a work that has been peer reviewed and accepted for publication by Nanoscale, The Royal Society of Chemistry. It incorporates referee’s comments but changes resulting from the publishing process, such as copyediting, structural formatting, may not be reflected in this document. The published version is available at: [<a href="http://dx.doi.org/10.1039/C4NR07395A">http://dx.doi.org/10.1039/C4NR07395A</a>].</td>
</tr>
</tbody>
</table>
Electronic Supplementary Information (ESI)

Observation of polarized gain from aligned colloidal nanorods

Yuan Gao, a,b Van Duong Ta, b Xin Zhao, a,b Yue Wang, a Rui Chen, a Evren Mutlugun, a,b,c Kah Ee Fong, b Swee Tiam Tan, b Cuong Dang, b Xiao Wei Sun, b Handong Sun, a,b and Hilmi Volkan Demir a,b,d.

a Division of Physics and Applied Physics, School of Physical and Mathematical Sciences, Nanyang Technological University, 21 Nanyang Link, 637371, Singapore. Fax: 65 6316 6984; Tel: 65 6790 5395; Email: hdsun@ntu.edu.sg (HD Sun) or hvdemir@ntu.edu.sg (HV Demir)

b LUMINOUS! Center of Excellence for Semiconductor Lighting and Displays, School of Electrical and Electronic Engineering, Nanyang Technological University, 50 Nanyang Avenue, 639785, Singapore.

c Presently at Department of Electrical and Electronics Engineering, Abdullah Gul University, 38039, Melikgazi, Kayseri.

d Department of Electrical and Electronics Engineering and Department of Physics, UNAM – Institute of Materials Science and Nanotechnology, Bilkent University, Bilkent, Ankara, Turkey; Email: volkan@bilkent.edu.tr
Calculation of Fluorescent Anisotropy for Ensemble of DR Structure

The fluorescence anisotropy is defined as

$$ r = \frac{I_\| - I_\perp}{I_\| + 2I_\perp} \quad (S1) $$

For molecules, whose absorption and emission dipole is collinear, the maximum anisotropy is 0.4. If there is a displacement between absorption and emission dipole by $\beta$, the anisotropy can be written as $^1$
In our case, there are more than three dipoles, as shown in the following figure, contribute to the transitions. Thus we corrected the fundamental anisotropy.

\[
r_0 = 0.4 \left( \frac{3 \cos^2 \beta - 1}{2} \right)
\]

This equation is plotted in Figure 1d.

\[
r = 0.4 \cdot \frac{1}{1 + 2x^2} \cdot \frac{3 \cos^2 \left( \arctan \left( \frac{\sqrt{2}x}{2} \right) \right) - 1}{2} + 2 \cdot 0.4 \cdot \frac{x^2}{1 + 2x^2} \cdot \frac{3 \cos^2 \left( \arctan \left( \frac{\sqrt{1 + x^2}}{x} \right) \right) - 1}{2},
\]

where \( x = \frac{\mu_a}{\mu_c}, \ \beta = \arctan(\sqrt{2}x) \).

Figure S3. (a) Fragments of capillary tube with dried CdSe/CdS DRs in its inner wall. The capillary
tube was affixed on adhesive tape to maintain the orientation of fragment. (b) Normalized emission from cracked capillary tubes with CdSe/CdS DRs as a function of excitation polarization angle with respect to tube axis. The sample is excited by a linear polarized laser.

Figure S4. SEM images of CdSe/CdS dot-in-rod (DR) layer on the inner wall of a capillary tube. (a) The capillary tube with dried CdSe/CdS DRs was cracked and affixed to the SEM sample holder with conductive carbon tape. The sample was covered by 5-10 nm gold to improve electrical conductivity. (b), (c) A small peel-off region shown in the red frame of (a) illustrates that DRs are statistically oriented along the capillary tube. The arrows indicate the orientation of the capillary tube. (d) Area in the yellow frame of (a) where DR film is flat and smooth. The finite grain size of the gold coating layer together with smoothness and non-conducting nature of the glass capillary limited us to take high quality SEM images. The black region in (b) and (c) is caused by the charging effect in our sample which is not very conductive.
Figure S5. WGM lasing from dried CdSe/CdS DRs in capillary tube with diameter of 100 μm. (a) Evolution of spectra as increasing pump energy (from the lower to the upper). (b) Plot of wavelength of each peak versus the peak number with linear fitting.

Figure S6. Stimulated emission characterization from CdSeS/ZnS spherical nanocrystals in the capillary tube. (a) Lasing spectra from CdSeS/ZnS spherical nanocrystals in the capillary when pumped by a circularly polarized laser and the detected polarization is set along the tube (0°, TM mode) and then perpendicular (90°, TE mode). (b) Lasing intensity from CdSeS/ZnS spherical nanocrystals (black square) and DRs (red dot) in the capillary tube as a function of the detection angle with respect to the capillary tube.
Figure S7. Polarization response of the detector within the wavelength range of interest under iodine-tungsten lamp illumination. Monochromator plus PMT: (a) The evolution of spectra of the lamp during varying the polarization angle of detection; (b) the corresponding polarization ratio. Monochromator plus CCD: (c) The evolution of spectra of the lamp during varying the polarization angle of detection; (d) the corresponding polarization ratio.

References